The Preparation, Thermal Properties, and Fire Property of a Phosphorus-Containing Flame-Retardant Styrene Copolymer

Yu Sun 1,2, Yazhen Wang 2,3,*, Li Liu 1,2, and Tianyuan Xiao 4

1 College of Chemistry and Chemical Engineering, Qiqihar University, Qiqihar 161006, China; benbenxiaoyu@hotmail.com (Y.S.); liuli520678@163.com (L.L.)
2 Heilongjiang Province Key Laboratory of Polymeric Composite Material, Qiqihar University, Qiqihar 161006, China
3 College of Materials Science and Engineering, Qiqihar University, Qiqihar 161006, China
4 College of Light Industry and Textile, Qiqihar University, Qiqihar 161006, China; xtylwttg@163.com
* Correspondence: wyz6166@qqhru.edu.cn

Received: 13 November 2019; Accepted: 23 December 2019; Published: 27 December 2019

Abstract: A 9,10-dihydro-9-oxa-10-phosphaphenanthrene 10-oxide (DOPO) acrylate, (6-oxidodibenzo[c,e][1,2]oxaphosphinin-6-yl) methyl acrylate (DOPOAA), has been prepared. Copolymers of styrene (St) and DOPOAA were prepared by emulsion polymerization. The chemical structures of copolymers containing levels of DOPOAA were verified using Fourier transform infrared (FT-IR) spectroscopy and 1H nuclear magnetic resonance (1H-NMR) spectroscopy. The thermal properties and flame-retardant behaviors of DOPO-containing monomers and copolymers were observed using thermogravimetric analysis and micro calorimetry tests. From thermogravimetric analysis (TGA), it was found out that the T5% for decomposition of the copolymer was lower than that of polystyrene (PS), but the residue at 700 °C was higher than that of PS. The results from micro calorimetry (MCC) tests indicated that the rate for the heat release of the copolymer combustion was lower than that for PS. The limiting oxygen index (LOI) for combustion of the copolymer rose with increasing levels of DOPOAA. These data indicate that copolymerization of the phosphorus-containing flame-retardant monomer, DOPOAA, into a PS segment can effectively improve the thermal stability and flame retardancy of the copolymer.

Keywords: emulsion polymerization; flame retardancy; DOPO derivate; polystyrene; copolymer

1. Introduction

Polystyrene (PS) is a very crucial thermoplastic and is widely used in many applications [1,2], such as automotive, housing, computer, packaging, and injection molding [3–5] due to its great mechanical properties and chemical stability. However, PS is flammable and it burns with the evolution of a large amount of smoke. Therefore, there has been a lot of effort to alter its unsatisfactory fire performance and promote its fire retardancy [6].

In the past, halogenated compounds were added into polymers as flame retardants. Although halogenated compounds are effective and commonly inexpensive, their use is coming under increasing regulatory pressure. At high temperatures, these materials were converted to volatile toxic dioxins [7]. Moreover, and more importantly, when items containing organic halogen flame retardants are discarded in a landfill the additives leach into the environment. As a result, human exposure to these additives and the resulting risk of disease are greatly increased [8,9]. Compounds containing nitrogen [10,11], phosphorus [12–14], and boron [15], which are more environmentally friendly as flame retardants, are being used. Phosphorus-containing flame retardants have received the most attention [16,17].
In 1972, DOPO was synthesized in a series of reactions. Since then, DOPO has been widely used in the field of polymer flame retardants. It may be easily modified, due to the P-H bond, to generate a series of derivatives that may be used to improve polymer thermal stability and fire behavior [18,19]. In addition, DOPO derivatives have been modified to contain different flame retardancy elements, such as P-N [20–22], P-Si [23–25], and P-N-S [26,27].

For PS, the frequently used means to ameliorate the flame retardancy is to add flame retardants. However, because of the poor compatibility with the polymer matrix and other disadvantages of DOPO and its small molecule derivatives, the application as a flame retardant for PS has been limited [28–30]. Compared with small molecule phosphorus-containing additive flame retardants, flame retardants that form an internal part structure show better stability and flame retardancy. Some phosphorus-containing flame-retardant monomers containing a C=C bond have been copolymerized with styrene to generate polymers with improved flame retardancy [31–33].

A DOPO acrylate, DOPOAA, has been synthesized as a flame-retardant monomer and copolymerized with styrene to generate a copolymer with reduced flammability compared to that for PS. The thermal stability and flammability of the copolymer were improved by polymerization of DOPOAA into the structure of PS. A flame-retardant effect of DOPOAA in both the condensed phase and gas phase is suggested by results from TGA and micro-calorimetry.

2. Materials and Methods

The structure and properties of monomers and copolymers were established using $^1$H nuclear magnetic resonance ($^1$H-NMR), Fourier transform infrared (FT-IR) spectroscopy, thermogravimetric analysis (TGA, New Castle, DE, USA), micro calorimetry (MCC, East Grinstead, West Sussex, UK) analysis, and the limiting oxygen index (LOI) test. $^1$H-NMR spectra were recording using a Bruker AV600 NMR spectrometer (Madison, WI, USA). 6-(hydroxymethyl)dibenzo[c,e][1,2]oxaphosphinine 6-oxide (ODOPM) was dissolved in dimethyl sulfoxide-$d_6$, (6-oxidodibenzo [c,e][1,2] oxaphosphinin-6-yl) methyl acrylate (DOPOAA) was dissolved in deuterated chloroform, and the internal reference for $^1$H-NMR spectra was tetramethylsilane. FTIR spectra were obtained using a Perkin Elmer Spectrum Two FT-IR spectrometer (Waltham, MA, USA) over the wavenumber range of 500 to 4000 cm$^{-1}$. The sample and potassium bromide were mixed around and pressed to sheets for testing. Molecular weight $M_n$ and $M_w$ were measured using a Wyatt GPC/SEC-MALS gel permeation chromatography (Santa Barbara, CA, USA). The glass transition temperature ($T_g$) was tested using a NETZSCH DSC (Selb, Germany) 204 F1 differential scanning calorimetry at a heating rate of 10 °C·min$^{-1}$. Heat flow versus temperature scans from the second heating runs was plotted, and the glass transition temperatures ($T_g$) were read at the mid-point of the inflexion curve resulting from the typical second heating. Thermal stability was determined using a TA Instruments Q5000 SA thermogravimetric analyzer, scans from room temperature to 700 °C at a heating rate of 10 °C/min under a nitrogen atmosphere. MCC was conducted using a FAA-PCFC micro calorimeter (East Grinstead, West Sussex, UK). Samples (5 mg) were heated up to 700 °C from the room temperature at the heating rate of 1 °C/s. The combustion furnace temperature averaged up to 900 °C and oxygen flow rate was 20 mL/min. LOI test values were obtained using a JF-3 oxygen index meter (Chengde, China) following the standard GB/T2406.2-2009. The size of the sample was 70 x 6.5 x 3.2 mm$^3$.

The synthesis of ODOPM is shown in Scheme 1 [34,35]. 9,10-dihydro-9-oxa-10-phosphaphenanthrene 10-oxide (DOPO) (63.85 g, 0.3 mol) and 200 mL of toluene were added into the three-necked 500-mL glass flask equipped with a funnel, a condenser, a thermometer, and a magnetic stirrer, then heated to 80 °C under stirring. After that, 26.7 g of paraformaldehyde was fed in the flask in three batches over half an hour. The mixture was stirred for six hours at 95 °C [36]. The precipitate that formed was collected by filtration, washed several times with toluene, and dried to reduce pressure to constant weight. The yield of ODOPM was 91%.
Materials 2020, 13, 127

The synthesis of DOPOAA is shown in Scheme 1 [37]. ODOPM (49.24 g, 0.2 mol), triethylamine (22.26 g, 0.22 mol), and 200 mL of methylene chloride were added into a three-necked 500-mL glass flask equipped with a thermometer, a magnetic stirrer, a condenser, and a funnel. The mixture was cooled and kept at 20 °C under stirring, then acrylyl chloride (19.91 g, 0.22 mol) dissolved in 50 mL of methylene chloride was added into the flask over 3.5 h. The mixture was first carried out for 2 h under 10 °C and then for another 6 h under room temperature. The precipitate was washed several times till the organic phase became neutral, and the crude product was obtained after the evaporation of dichloromethane. In the end, DOPOAA was purified from crude product by SiO₂ column chromatography with ethyl acetate and petroleum ether as eluent, and the yield was 84%.

DOPOAA copolymer was synthesized as is shown in Scheme 1. Sodium dodecyl benzene sulfonate (0.75 g) and deionized water (80 mL) were added into a three-necked glass flask equipped with a thermometer, a magnetic stirrer, a condenser, and a funnel. The mixture was cooled and kept at 20 °C under stirring, then potassium persulfate (0.8 g), DOPOAA, and styrene were added to the nitrogen-protected flask. The reaction was carried out for 7 h and then kept in the air for 1 h before it was cooled to the ambient temperature. The saturated sodium chloride aqueous solution was eventually dropped into emulsion to adjust the pH so it became neutral and frozen for 24 h to obtain the flocculated precipitate.

The flocculated precipitate was centrifuged and dried in the vacuum to obtain white powder.

3. Results and Discussion

3.1. Characterization of DOPOAA and DOPOAA-Styrene Copolymer

The structures of ODOPM, DOPOAA, and DOPO acrylate-styrene copolymer were confirmed by the help of FT-IR and ¹H-NMR spectra. Figure 1 shows the FT-IR spectra of DOPO, ODOPM, and DOPOAA; the peaks at 1211 cm⁻¹, 970 cm⁻¹, 2884 cm⁻¹, and 763 cm⁻¹ belonged to P=O, P-Ph, C-H, and C=C-H respectively. Compared to the FT-IR spectra of DOPO, the intermediate, ODOPM, exhibited a brand new peak of -OH at 3218 cm⁻¹. Additionally, the other groups’ peak positions coincided with the DOPO characteristic peaks. Thus, ODOPM was synthesized by the reaction through the change of functional group structure at the first step of the reaction.
Figure 1. Fourier transform infrared (FT-IR) spectrum of DOPO, ODOPM and (6-oxidodibenzo [c,e][1,2] oxaphosphinin-6-yl) methyl acrylate (DOPOAA).

In the spectrum of DOPOAA, the -OH peak at 3218 cm$^{-1}$ appeared in ODOPM spectrum and disappeared due to the reaction occurred. Besides, the peaks belonging to C=C and C=O were shown at 1961 cm$^{-1}$ and 1742 cm$^{-1}$. It is indicated the hydroxyl group of ODOPM reacted with acryloyl chloride to form a new ester group.

Styrene and DOPOAA were copolymerized at different ratios to obtain a copolymer containing DOPO group, as shown in Table 1. In Figure 2, peak 3026 cm$^{-1}$ belongs to the benzene ring, and 2924 cm$^{-1}$ is the peak of -CH$_2$. In Figure 2, compared PS-10 and PS-20 with PS, wherein the copolymer of C=O peak appears at 1734 cm$^{-1}$, the peaks located in 1311 cm$^{-1}$, 1181 cm$^{-1}$ and 1028 cm$^{-1}$ are attributed to P=O, C-O-C and P-O-C respectively. The peak of the flame-retardant group becomes more pronounced as the DOPOAA content increases.

Figure 2. FT-IR spectrum of polystyrene (PS) and DOPO acrylate-styrene copolymers.

| Sample | St (g) | DOPOAA (g) | DOPO Content (%) | DOPOAA in Copolymer (%) | Yield (%) | Mn (×10$^4$) | Mw (×10$^4$) |
|--------|--------|------------|-----------------|-------------------------|-----------|--------------|--------------|
| PS     | 5      | 0          | 0               | 0                       | 87.6      | 3.23         | 5.69         |
| PS-10  | 3.79   | 1.21       | 10              | 3.34                    | 69        | 6.16         | 16.26        |
| PS-20  | 2.91   | 2.01       | 20              | 5.97                    | 66.3      | 6.81         | 20.97        |
Table 1. The formulation of copolymers.

| Sample | St (g) | DOPOAA (g) | DOPO Content (%) | DOPOAA in Copolymer (%) | Yield (%) | $M_n$ ($\times 10^4$) | $M_w$ ($\times 10^4$) |
|--------|--------|------------|------------------|-------------------------|-----------|-------------------|-------------------|
| PS     | 5      | 0          | 0                | 0                       | 87.6      | 3.23              | 5.69              |
| PS-10  | 3.79   | 1.21       | 10               | 3.34                    | 69        | 6.16              | 16.26             |
| PS-20  | 2.91   | 2.01       | 20               | 5.97                    | 66.3      | 6.81              | 20.97             |

Figure 3 is the $^1$H-NMR spectra of DOPOAA. In Figure 3, the peak at 7.30 belongs to CDCl$_3$; the peaks at 7.22–8.09 are assigned to hydrogen atom in the special structure of the phenanthrene ring (H$_a$); the peaks at 4.72–4.82 are assigned to the -CH$_2$ of DOPOAA (H$_b$); the peaks at 5.80–5.75 are assigned to the -CH (H$_c$); and the peaks at 6.01, 6.03, and 5.65–5.69 are assigned to the -CH$_2$ of the propylene, due to the chemical environmental asymmetry of the double bond. The above results confirmed DOPOAA has been successfully prepared by two-step organic modification of DOPO.

Figure 3. $^1$H nuclear magnetic resonance ($^1$H-NMR) spectra of DOPOAA.

Figure 4 is the $^1$H-NMR spectra of the copolymer. In the copolymer, the peaks at 3.70 correspond to the -O-CH$_2$-P- unit. Between 7.10 and 6.37, the aromatic protons appear. Signals of the main chain protons appear at 2.21–1.22 ppm. The compositions of the copolymers were calculated from the relative areas of the methylene and main chain protons resonance, using the following formula, where $B_{-CH_2}$ and $B_0$ were the relative resonance areas attributed to methylene and main chain protons. The DOPOAA content in the copolymer is shown in Table 1. It can be seen that as the DOPOAA content increases in the feed, the DOPOAA content in the copolymer also increases. At the same time, the content of DOPOAA in the copolymer is lower than that of the feed, which may be due to the large steric hindrance of the side chain. Data from gel chromatography showed that with the introduction of DOPOAA, the molecular weight of the copolymer increased.

The DSC curves of copolymer are shown in Figure 5. The results showed that when the content of DOPOAA in the copolymer increased, the $T_g$ value of the copolymer decreased to 103 and 97 $^\circ$C. This was because the introduction of DOPOAA made the copolymer obtain higher molecular flexibility [31,32], and DOPOAA had a significant effect on plasticizing the PS matrix.

Figure 4. $^1$H-NMR spectra of copolymer.
3.2. Thermal Properties

TGA was used to investigate the degradation process and the thermal stability of DOPOAA and DOPO acrylate-styrene copolymer. The TGA curves of DOPOAA and its copolymers are displayed in Figure 6, and the test data, such as the temperature at 5% (T5%), the maximum degradation rate (Rmax), the temperature at the maximum degradation rate (Tmax), and the residue at 700 °C, are listed in Table 2.

Figure 6a,b are the TGA curves of DOPOAA and copolymers in nitrogen atmosphere from ambient temperature to 700 °C. Two decomposition stages of DOPOAA can be seen from the curves: the first stage is between 269 and 340 °C, and the second stage being between 347 °C and 451 °C. However, in the process of neat PS degradation, the sample began to lose weight at 365 °C and stopped decomposing at 450 °C, the Rmax was 2.75%/°C when the temperature was 414 °C, and there was nearly no residue (0.21%).
Figure 6. TGA (a) and derivative thermogravimetric analysis (DTG) (b) of DOPOAA, PS and DOPO acrylate-styrene copolymer with different DOPO structure ratio in nitrogen atmosphere.

Table 2. Thermogravimetric analysis (TGA) data of DOPO and copolymer in nitrogen atmosphere.

| Sample   | T$_{5\%}$ (°C) | T$_{\text{max1}}$ (°C) | T$_{\text{max2}}$ (°C) | R$_{\text{max1}}$ (%/°C) | R$_{\text{max2}}$ (%/°C) | Residue at 700 °C (%) |
|----------|----------------|-------------------------|-------------------------|--------------------------|--------------------------|----------------------|
| PS       | 365            | 414                     | -                       | -2.75                    | -                        | 0.21                 |
| DOPOAA   | 269            | 307                     | 414                     | -1.37                    | -0.52                    | 5.62                 |
| PS-10    | 138            | 412                     | -                       | -1.87                    | -                        | 0.89                 |
| PS-20    | 162            | 413                     | -                       | -1.49                    | -                        | 0.91                 |

At the same time, when the loading amount of DOPOAA increased, the residue at 700 °C of PS-10 and PS-20 raise to 0.89% and 0.91%. Compared with PS, the T$_{\text{max}}$ of the copolymer hardly changed, but the R$_{\text{max}}$ was reduced to $-1.87$ and $-1.49$%/°C, reducing 32% and 45.82%, respectively. The decrease of R$_{\text{max}}$ indicates that a more compact char layer formed during the thermal degradation, and it could
provide good insulation to the unburning part from the heat [21]. The change of residue at 700 °C and \( R_{\text{max}} \) indicated that the introduction of DOPOAA improved the thermal stability of the copolymer. In Figure 4, it can be found that the \( T_{5\%} \) of PS-10 and PS-20 are lower than that of PS. This may be because the DOPO groups in copolymer catalyzed the polymer to dehydrate, and leads to more weight loss [38,39]. However, the residue at 700 °C of copolymer is higher, which indicated that copolymer has better thermal stability. Therefore, it can be considered that DOPOAA can effectively improve the thermal stability of copolymer.

### 3.3. Flame-Retardant Behaviors

MCC measurement and LOI test were used to evaluate flammability. The heat release rate (HRR) curves of PS and DOPO acrylate-styrene copolymer are shown in Figure 7, and the detailed data of MCC and LOI are listed in Table 3.

![HRR curves of PS and DOPO acrylate-styrene copolymer.](image)

**Figure 7.** HRR curves of PS and DOPO acrylate-styrene copolymer.

**Table 3.** Micro calorimetry (MCC) and limiting oxygen index (LOI) test data of PS and DOPO acrylate-styrene copolymer.

| Sample | PHRR (W·g\(^{-1}\)) | Temperature (°C) | LOI (%) |
|--------|----------------------|-----------------|---------|
| PS     | 972                  | 432.1           | 18.1    |
| PS-10  | 558                  | 427.2           | 21.9    |
| PS-20  | 354                  | 435.1           | 26.3    |

Figure 6 shows the HRR curves of PS and DOPO acrylate-styrene copolymer. As is shown in Table 3, the PHRR value of DOPO acrylate-styrene copolymer was much lower than that of the pure PS. Meanwhile, the higher DOPOAA content was, the lower PHRR value was. The PHRR value of the neat PS was 972 W·g\(^{-1}\), and the PHRR value of PS-20 was 354 W·g\(^{-1}\), which indicates that the addition of DOPOAA was conducive to improve the fire behavior of the copolymer samples. In LOI tests, the LOI value of the neat PS was only 18.1%, but the value of PS-20 rose to 24.3% at last, and DOPOAA content increased.

The phosphorus-containing groups in copolymer were thermally decomposed to form PO, phosphorus-containing radical [34,40]. The PO radical entering the gas phase can eliminate the radicals generated in combustion, thus inhibiting the further decomposition of the copolymer. These MCC and
LOI data clearly demonstrate that the copolymerization of DOPOAA and styrene could improve the flame resistance of the PS.

4. Conclusions

1. A phosphorous-containing flame-retardant monomer, DOPOAA, was synthesized successfully. Then, its structure was characterized by FT-IR and $^1$H-NMR, and a series of the copolymers of St and DOPOAA were prepared at different ratios;
2. TGA data showed that the residues at 700 °C rose with the increase of DOPOAA content, compared with the pure PS. In the MCC test, with the increase of DOPOAA, the PHRR value of copolymers was evidently reduced compared to pure PS, and the LOI value of copolymers increased. Judging, from the results of TG, MCC, and LOI tests, it is possible that the addition of DOPOAA could ameliorate the thermal stability and flame-retardant properties of PS. In conclusion, it is a tangible method to incorporate the flame retardancy monomer into the PS chain to prepare flame-retardant PS.

**Author Contributions:** Conceptualization, Y.S., Y.W., and T.X.; experiment and data analysis, Y.S., L.L., and T.X.; writing—original draft preparation, Y.S.; writing—review and editing, Y.W. All authors have read and agreed to the published version of the manuscript.

**Funding:** This work was funded by the Fundamental Research Funds in Heilongjiang Provincial Universities (No. 155309110).

**Conflicts of Interest:** The authors declare no conflict of interest.

**References**

1. Carastan, D.J.; Demarquette, N.R. Polystyrene/clay nanocomposites. *Metall. Rev.* 2007, 52, 345–380. [CrossRef]
2. Chevallier, C.; Becquart, F.; Taha, M. Polystyrene/polycarbonate blends compatibilization: Morphology, rheological and mechanical properties. *Mater. Chem. Phys.* 2013, 139, 616–622. [CrossRef]
3. Sahoo, N.G.; Cheng, H.K.F.; Cai, J.; Li, L.; Chan, S.H.; Zhao, J.; Yu, S. Improvement of mechanical and thermal properties of carbon nanotube composites through nanotube functionalization and processing methods. *Mater. Chem. Phys.* 2009, 117, 313–320. [CrossRef]
4. Su, W.-Y.; Min, K.; Quirk, R.P. In situ copolymerization and compatibilization of polyester and polystyrene blends. II. Thermally and chemically induced reaction and mechanical properties. *Polymer* 2001, 42, 5121–5134. [CrossRef]
5. Yu, J.; Yang, C.; Tian, L.; Liao, D. A study on optimum insulation thicknesses of external walls in hot summer and cold winter zone of China. *Appl. Energy* 2009, 86, 2520–2529. [CrossRef]
6. Bao, C.; Guo, Y.; Yuan, B.; Hu, Y.; Song, L. Functionalized graphene oxide for fire safety applications of polymers: A combination of condensed phase flame retardant strategies. *J. Mater. Chem.* 2012, 22, 23057. [CrossRef]
7. Zhang, M.; Buekens, A.; Li, X. Brominated flame retardants and the formation of dioxins and furans in fires and combustion. *J. Hazard. Mater.* 2016, 304, 26–39. [CrossRef]
8. Cristale, J.; Belé, T.G.A.; Lacorte, S.; Marchi, M.R.R. Occurrence of flame retardants in landfills: A case study in Brazil. *Environ. Res.* 2019, 168, 420–427. [CrossRef]
9. Alaee, M.; Wenning, R.J. The significance of brominated flame retardants in the environment: Current understanding, issues and challenges. *Chemosphere* 2002, 96, 579–582. [CrossRef]
10. Tai, Q.; Chen, L.; Song, L.; Nie, S.; Hu, Y.; Yuen, R.K.K. Preparation and thermal properties of a novel flame retardant copolymer. *Polym. Degrad. Stab.* 2010, 95, 830–836. [CrossRef]
11. Yan, Y.W.; Chen, L.; Jian, R.-K.; Kong, S.; Wang, Y.-Z. Intumescence: An effect way to flame retardance and smoke suppression for polystyrene. *Polym. Degrad. Stab.* 2012, 97, 1423–1431. [CrossRef]
12. Chang, S.; Xie, T.; Yang, G. Effects of interfacial modification on the thermal, mechanical, and fire properties of high-impact polystyrene/microencapsulated red phosphorous. *Appl. Polym. Sci.* 2008, 110, 2139–2144. [CrossRef]
13. Wang, X.; Hu, Y.; Song, L.; Xing, W.; Lu, H. Thermal degradation mechanism of flame retarded epoxy resins with a DOPO-substituted organophosphorus oligomer by TG-FTIR and DP-MS. *Anal. Appl. Pyrolysis* 2011, 92, 164–170. [CrossRef]

14. Neisius, N.M.; Lutz, M.; Rentsch, D.; Hemberger, P.; Gaan, S. Synthesis of DOPO-based phosphonamidates and their thermal properties. *Ind. Eng. Chem. Res.* 2014, 53, 2889–2896. [CrossRef]

15. Armitage, P.; Ebdon, J.R.; Hunt, B.J.; Jones, M.S.; Thorpe, F.G. Chemical modification of polymers to improve flame retardance—I. The influence of boron-containing groups. *Polym. Degrad. Stab.* 1996, 54, 387–393. [CrossRef]

16. Wang, X.; Hu, Y.; Song, L.; Xing, W.; Lu, H.; Lv, P.; Jie, G. Flame retardancy and thermal degradation mechanism of epoxy resin composites based on a DOPO substituted organophosphorus oligomer. *Polymer* 2010, 51, 2435–2445. [CrossRef]

17. Chen, H.B.; Zhang, Y.; Chen, L.; Shao, Z.B.; Liu, Y.; Wang, Y.Z. Novel inherently flame-retardant poly(trimethylene terephthalate) copolyester with the phosphorus-containing linking pendant group. *Ind. Eng. Chem. Res.* 2010, 49, 7052–7059. [CrossRef]

18. Kundu, C.K.; Yu, B.; Gangireddy, C.S.R.; Mu, X.; Wang, B.; Wang, X.; Song, L.; Hu, Y. UV Grafting of a dopo-based phosphonamidate monomer onto polyamide 66 fabrics for flame retardant treatment. *Ind. Eng. Chem. Res.* 2017, 56, 1376–1384. [CrossRef]

19. Wang, H.; Wang, S.; Du, X.; Wang, H.; Cheng, X.; Du, Z. Synthesis of a novel flame retardant based on DOPO derivatives and its application in waterborne polyurethane. *RSC Adv.* 2019, 9, 7411–7419. [CrossRef]

20. Howell, B.A.; Dumitrascu, A. Comparison of the impact of phosphorus and phosphorus/nitrogen on the flammability of styrenic oligomers. *ACS Symp. Ser.* 2012, 1118, 235–250.

21. Czigány, Z.; Blazsó, M. Effect of phosphorous flame retardants on the thermal decomposition of vinyl polymers and copolymers. *J. Anal. Appl. Pyrolysis* 2008, 81, 218–224. [CrossRef]

22. Xiong, Y.Q.; Zhang, X.-Y.; Liu, J.; Li, M.-M.; Guo, F.; Xia, X.-N.; Xu, W.-J. Synthesis of novel phosphorus-containing epoxy hardeners and thermal stability and flame-retardant properties of cured products. *J. Appl. Polym. Sci.* 2012, 125, 1219–1225. [CrossRef]

23. Chen, Y.; Guo, Z.; Fang, Z. Effect of styrene-maleic anhydride as a reactive compatibilizer on the mechanical properties and flammability of intumescent flame retardant polystyrene. *J. Appl. Polym. Sci.* 2010, 118, 152–158. [CrossRef]
32. Cui, J.; Zhu, C.; He, M.; Ke, Z.; Liu, Y.; Tai, Q.; Xiao, X.; Hu, Y. Preparation of a novel styrene copolymer: Simultaneously improving the thermal stability and toughness. *J. Appl. Polym. Sci.* **2018**, *135*, 46120. [CrossRef]

33. Howell, B.A.; Daniel, Y.G. Incorporation of comonomer exo-5-(diphenylphosphato) isosorbide-2-endo-acrylate to generate flame retardant poly (styrene). *Polymers* **2019**, *11*, 2038. [CrossRef] [PubMed]

34. Schäfer, A.; Seibold, S.; Lohstroh, W.; Walter, O.; Döring, M. Synthesis and properties of flame-retardant epoxy resins based on DOPO and one of its analog DPPO. *J. Appl. Polym. Sci.* **2010**, *105*, 685–696. [CrossRef]

35. Hoang, D.; Kim, W.; An, H.; Kim, J. Flame retardancies of novel organo-phosphorus flame retardants based on DOPO derivatives when applied to ABS. *Macromol. Res.* **2015**, *23*, 442–448. [CrossRef]

36. Jiang, S.; Yang, H.; Qian, X.; Shi, Y.; Zhou, K.; Xu, H.; Shan, X.; Lo, S.; Yuan, H.; Zhou, G. A novel transparent cross-linked poly (methyl methacrylate)-based copolymer with enhanced mechanical, thermal, and flame-retardant properties. *Ind. Eng. Chem. Res.* **2014**, *53*, 3880–3887. [CrossRef]

37. Bai, Z.; Song, L.; Hu, Y.; Yuen, R.K.K. Preparation, flame retardancy, and thermal degradation of unsaturated polyester resin modified with a novel phosphorus containing acrylate. *Ind. Eng. Chem. Res.* **2013**, *52*, 12855–12864. [CrossRef]

38. Qian, L.; Qiu, Y.; Sun, N.; Xu, M.; Xu, G.; Xin, F.; Chen, Y. Pyrolysis route of a novel flame retardant constructed by phosphaphenanthrene and triazine-trione groups and its flame-retardant effect on epoxy resin. *Polym. Degrad. Stab.* **2014**, *107*, 98–105. [CrossRef]

39. Zhang, Q.; Wang, J.; Yang, S.; Cheng, J.; Ding, G.; Huo, S. Facile construction of one-component intrinsic flame-retardant epoxy resin system with fast curing ability using imidazole-blocked bismaleimide. *Compos. Part B Eng.* **2019**, *177*, 107380. [CrossRef]

40. Liang, S.; Hemberger, P.; Neisius, N.M.; Bodi, A.; Hansjörg, G.; Joelle, L.G.; Gaan, S. Elucidating the thermal decomposition of dimethyl methylphosphonate by vacuum ultraviolet (VUV) photoionization: Pathways to the PO radical, a key species in flame-retardant mechanisms. *Chem. Eur. J.* **2015**, *21*, 1073–1080. [CrossRef]

© 2019 by the authors. Licensee MDPI, Basel, Switzerland. This article is an open access article distributed under the terms and conditions of the Creative Commons Attribution (CC BY) license (http://creativecommons.org/licenses/by/4.0/).